Structural and $m$ agnetic dim ers in the spin-gapped system $C u T e_{2} \mathrm{O}_{5}$

J. D eisenhofer, ${ }^{1}$ R.M.E rem ina, ${ }^{2,3}$ A. P im enov, ${ }^{2}$ T. G avrilova, ${ }^{3}$ H . Berger, ${ }^{4}$ M . Johnsson, ${ }^{5}$ P. Lemmens, ${ }^{6}$ H.A. K rug von Nidda, ${ }^{2}$ A. Loidlı ${ }^{2} \mathrm{~K} . \mathrm{S}$. Lee, $^{7,8}$ and M .H. W hangbo ${ }^{7}$<br>${ }^{1}$ D epartem ent de Physique de la M atiere C ondensee, U niversite de Geneve, CH-1211 G eneve 4, Sw itzerland<br>${ }^{2} E P V$, Center for $E l e c t r o n i c ~ C o r r e l a t i o n s ~ a n d ~ M ~ a g n e t i s m, ~$<br>A ugsburg U niversity, D-86135 A ugsburg, G em any<br>${ }^{3}$ E. K . Zavoisky P hysical-Technical Institute, 420029 K azan, Russia<br>${ }^{4}$ Institute de Physique de la M atiere C om plexe, EPFL, CH-1015 Lausanne, Sw itzerland<br>${ }^{5}$ D epartm ent of Inorganic C hem istry, Stockhom Univ., S-10691 Stockholm, Sweden<br>${ }^{6}$ Institute for P hysics of C ondensed M atter, Technical U niversity of B raunschweig, $\mathrm{D}-38106 \mathrm{~B}$ raunschw eig, G erm any<br>${ }^{7}$ D epartm ent of C hem istry, N orth C arolina State U niversity, Raleigh, N C 27695-8204, U SA<br>${ }^{8}$ D epartm ent of C hem istry, The C atholic U niversity of K orea, Bucheon, G yeonggi-D O, South K orea 422-743 (D ated: M arch 23, 2024)


#### Abstract

$W$ e investigated the $m$ agnetic properties of the system $\mathrm{CuTe}_{2} \mathrm{O}_{5}$ by susceptibility and electron spin resonance $m$ easurem ents. The anisotropy of the e ective $g$-factors and the ESR linew idth indicates that the anticipated structuraldin er does not correspond to the singlet-form ing m agnetic dim er. M oreover, the spin susceptibility of $\mathrm{CuTe}_{2} \mathrm{O}_{5}$ can only be described by taking into account interdim er interactions of the sam e order ofm agnitude than the intradim er coupling. A nalyzing the exchange couplings in the system we identify the strongest $m$ agnetic coupling betw een tw o Cu ions to be $m$ ediated by super-super exchange interaction via a bridging $T e$ ligand, while the superexchange coupling betw een the Cu ions of the structural dim er only results in the second strongest coupling.


PACS num bers: $76.30 .-\mathrm{v}, 71.70 \mathrm{Ej}, 75.30 \mathrm{Et}, 75.30 \mathrm{Vn}$

## I. INTRODUCTION

Transition -m etal-com pounds based on $\mathrm{Cu}^{2+}$ ions $w$ ith a $3 d^{9}$ con guration exhibit an enorm ously rich variety of $m$ agnetic structures depending on, the e ective $m$ agnetic dim ensionality of the system ${ }_{\text {nit }}^{1}$ Introducing lonepair cations like $\mathrm{Se}^{4+}$ or $\mathrm{Te}^{4+}$ into the m agnetic system was suggested as a fruitful path to tailor the magnetiq dim ensionality and to create new $m$ agnetic structures ${ }^{2} \frac{1,3}{2}$ For example, it was proposed that $\mathrm{Cu}_{2} \mathrm{Te}_{2} \mathrm{O}_{5} \mathrm{X}_{2} \quad(\mathrm{X}=\mathrm{Cl}$, Br ), which consists of tetrahedral clusters of $\mathrm{Cu}^{2+}$ linked by bridging Te-O units, is an exam ple of quasi-zerodim ensional system $s$ in which the extrem e lim its ofm agnetic insulation via $\mathrm{Te}^{4+}$ ions are reached $\frac{\mathbf{n}_{1}^{4}}{\mathbf{4}^{\prime}} \mathrm{T}$ he transition from a spin-gapped param agnetic state to an antiferrom agnetically ordered state at $\mathrm{T}_{\mathrm{N}}=18: 2 \mathrm{~K}(\mathrm{X}=\mathrm{C})$ and $T_{N}=11: 4 \mathrm{~K}(\mathrm{X}=\mathrm{Br})$ wasatytributed to the proxim ity of a quantum phase transition 51 T hem agnetization, speci c heat and Ram an scattering data of $\mathrm{Cu}_{2} \mathrm{Te}_{2} \mathrm{O}_{5} \mathrm{Br} r_{2}$ were also interpreted by considering weakly coupled $\mathrm{C} u_{4}$ tetrahedra $w$ thin a m ean eld approxim ation $5_{5}^{15} \mathrm{Re}-$ cently, this understanding in term s of w eakly-interacting tetram ers has been questioned by a spin dim er analysis, which show ed that the spin exchange interactions betw een adjacent $\mathrm{Cu}^{2+}$ sites are m uch w eaker $w$ thin each $\mathrm{C} \mathrm{u}_{4}$ tetrahedron than betw een adjacent $\mathrm{C} \mathrm{u}_{4}$ tetrahedra ${ }_{6}^{\sigma_{4}}$ A dditionally, electronic band structure calculations for $\mathrm{Cu}_{2} \mathrm{Te}_{2} \mathrm{O}_{5} \mathrm{X}_{2} \quad(\mathrm{X}=\mathrm{Cl} 1, \mathrm{Br})$ have con m ed the presence, of strong interactions betw een adjacent $\mathrm{Cu}_{4}$ tetrahedra $\mathbf{L}_{1}^{\prime}$

The com pound investigated in this study is the related system $\mathrm{CuTe}_{2} \mathrm{O}_{5}$ which exhibits a m onoclinic structure with space group P21/c and lattice param eters
$\mathrm{a}=6: 871 \mathrm{~A}, \mathrm{~b}=9: 322 \mathrm{~A}, \mathrm{c}=7: 602 \mathrm{~A}, \quad=109: 08{ }^{-1}{ }^{-1} \mathrm{~T}$ he lattice consists of pairs of strongly distorted and edgesharing $\mathrm{CuO}_{6}$ octahedra w th a $\mathrm{Cu}-\mathrm{Cu}$ distance of 3.18
 by $\mathrm{Te}-\mathrm{o}$ bridging ligands and a $\mathrm{Cu} \mathrm{C} u$ distance of 5.28 A . The $m$ agnetic susceptibility of $C u T e_{2} \mathrm{O}_{5}$ show $s$ a maxim um at $\mathrm{T}_{\mathrm{m} \text { ax }}=56: 6 \mathrm{~K}$ and a strong decrease for lower tem peratures, which can be roughly $m$ odeled by isolated $m$ agnetic dim ers. T he high-tem perature susceptibility corresponds to a Curie-w piss law with a Curie-W eiss tem perature of $=41 \mathrm{~K}$. $\mathrm{I}^{1} \mathrm{In}$ this study we investigate the spin susceptibility of $\mathrm{CuTe} \mathrm{O}_{5}$ by electron spin res-


F IG . 1: (C olor on line) C rystal structure of $\mathrm{CuTe}_{2} \mathrm{O}_{5}$ (space group P $21 / C$ ). The $\mathrm{Cu}_{2} \mathrm{O}_{10}$ dim er units (edge-sharing octahedra) are separated by Te ions (large spheres).
onance (ESR) and dc-susceptibility m easurem ents. By analyzing the spin susceptibility and the exchange paths w ithin and betw een the structural dim ers based on extended H uckeltight binding (EHTB) electronic structure calculations, we determ ine the $m$ agnetic structure of the system and nd that it di ers signi cantly from the one intuitively im posed by the lattioe structure.

## II. SAM PLE PREPARATION AND EXPERIMENTALDETAILS

Large single crystals of $\mathrm{CuTe}_{2} \mathrm{O}_{5}$ in form of platelets w ith a m axim um size of $8 \times 8 \times 0.5 \mathrm{~m}^{3}$ were grow n by the usual halogen vapor transport technique, using HBr as transport agents. T he charge and grow th-zone tem peratures were 580 C and 450 C respectively. The stoichiom etry of obtained single crystals w as quantitatively probed by electron-probe $m$ icroanalysis. T he com pound crystallizes as large blue-green plates and was characterized also by X -ray di raction. P ow der sam ples have been prepared in sealed quartz am pules using stoichio$m$ etric $m$ olar ratios of $C u O$ and $\mathrm{TeO}_{2}$.
Susceptibility $m$ easurem ents were perform ed on single crystals and polycrystalline sam ples using a SQU $\mathbb{D}$ $m$ agnetom eter ( $Q$ uantum D esign). ESR m easurem ents were perform ed in a Bruker ELEXSYS E500 CW spectrom eter at $X$-band ( 9.47 GHz ) and Q -band ( 34 G H z) frequencies equipped w ith continuous H e-gas- ow cryostats ( O xford Instrum ents) in the tem perature range $4.2 \quad$ T $\quad 300 \mathrm{~K} . \mathrm{E}$ SR detects the power P absorbed by the sam ple from the transverse $m$ agnetic $m$ icrow ave eld as a function of the static $m$ agnetic eld $H$. The signal-to-noise ratio of the spectra is im proved by recording the derivative $\mathrm{dP}=\mathrm{dH}$ using lock-in technique w ith eld m odulation. The CuTe $\mathrm{O}_{5} \mathrm{O}_{5}$ single crystalw as ghed on a suprasil-quartz rod, which allowed the rotation of the sam ple around de ned crystallographic axes. H igheld ESR was perform ed at a frequency of 185 GHz using a quasi optical technique w ith backw ard-w ave oscillators as poherent souroes for subm illim eter w avelength radiation ${ }^{911}-10$. T he spectrom eter is equipped w th a superconducting split-coilm agnet $w$ ith a $m$ axim um eld of 8T .

## III. EXPERIMENTALRESULTS

A s show $n$ in $F$ ig. $\overline{\text { Ln }}$ the observed E SR absonption is well described by a single exchange narrow ed Lorentzian line $w$ ith resonance eld $H$ res and half $w i d t h$ at half $m$ aximum linew idth $H$ except for tem peratures below 20 K , where the ESR intensity $I_{\text {ESR }}$ strongly decreases due to the singlet form ation ofthe dim ens and the residual signal rem ains from defects giving rise to a com plicated splitting of the spectrum, like e.g. in CuGeO 3 below the spinPeierls transition 11

Therefore, we will concentrate in the follow ing on the


FIG.2: (C olor online) ESR spectra in $\mathrm{CuTe}_{2} \mathrm{O}_{5}$ at $T=60 \mathrm{~K}$ for the extemalm agnetic eld parallel to the $m$ ain crystallographic directions (left colum n) and at di erent tem peratures for $\mathrm{H} \mathrm{k} \mathrm{c} \mathrm{(right} \mathrm{colum} n$ ). T he solid lines represent ts $w$ ith $a$ Lorentzian line shape.
tem perature regim e above 20 K . In the investigated tem perature regin e the $g$ values are practically tem perature independent $w$ th $g_{a}=2: 27(2), g_{b}=2: 11(3)$, and $g_{c}=2: 10(2)$, where a denotes the direction perpendicular to the b-c plane. Such $g$ values slightly enhanced $w$ ith respect to the spin-only value of $g=2$ are typical for the $3 \mathrm{~d}^{9}$ electronic con guration of $\mathrm{Cu}^{2+}$ in distorted oxygen octahedra, where the arbitalm om entum is nearly quenched by the crystal eld 1 d
$F$ igure ${ }^{-1}$, show s the full angular dependence of the $g$ tensor in three perpendicular crystallographic planes at room tem perature. It is nearly constant in the b-c plane and increasesm onotonously from bto a. Butw ithin the a -cplane the principalaxes of the tensor tum out to be tilted by about 30 w th respect to the a axis. Here the $g$ tensor exhibits its $m$ axim um at $g_{m ~ a x}=2: 30(2)$ and m inim um at $g_{m}=2: 06(2)$. The a $-c$ plane contains the real crystallographic a axis at the m onoclinic angle
$=109: 08$, but this does not coincide $w$ th one of the principal axes of the $g$ tensor.

The corresponding angular dependence of the linew idth at 300 K is depicted in $F$ ig. $1 \overline{14} \cdot 1$. The data approxim ately coincide for $X$-band and $Q-$ band frequency. $T$ he largest variation of the linew idth appears in the a b plane where it m onotonously increases from 3000 e up to 500 Oe on rotating the m agnetic eld from the a direction into the b direction. On further rotating the eld into the c direction the linew idth is $m$ onotonously reduced to 3500 e. A gain, in the a -c plane the extrem a of the linew idth do not coincide with a and cdirection, but are tilted by about 10 w ith respect to these directions. The tem perature dependence of the linew idth is not very pronounced down to about 100 K . As shown in Fig. 's. (b), the linew idth increases with decreasing tem perature up to about 750 Oe at 25 K for H kb followed by a decrease to low er tem peratures, w hereas the increase is $m$ uch weaker for the tw o other orientations.


F IG. 3: (C olor online) A ngular dependence of the $g$ factor for three perpendicular crystallographic planes at room tem perature for X -band and Q -band frequencies. T he solid lines represent $a \operatorname{t}$ of the $g$ tensor assum ing tw o inequivalent Cu sites, the contributions of w hich are indicated by dotted lines. ( R ight fram e: bottom abscissa: upper data set; top abscissa: low er data set.)


F IG . 4: (C olor online) A ngular dependence of the linew idth for three penpendicular crystallograph ic planes at 300 K for $\mathrm{X}-\mathrm{b}$ and and Q -band frequencies, and for the a b - and the a c-plane (spheres) m easured at 200 K and 160 GHz . (R ight fram e: bottom abscissa: low er data and crosses; top abscissa: upper data)

The tem perature dependence of the ESR intensity obtained by double integration of the ESR signal perfectly coincides w th the tem perature behavior of the dcsusceptibility (see Fig. ${ }_{-1}^{15}(\mathrm{I})$ ). Thus, the static susceptibility indeed is dom inated by the pure spin susceptibility represented by the ESR intensity - diam agnetic and van $V$ leck contributions are negligible. Before we analyze the spin susceptibility in detail in the next section, we want to discuss the di culties occurring in the evaluation of $g$ tensor and linew idth, if the system is assum ed to consist of nearly isolated $m$ agnetic dim ers as suggested from the crystal structure.

W e try to describe the angular dependence of the $g$ tensor using purely structuralconsiderations. E ach $\mathrm{Cu}^{2+}$ ion is surrounded by an oxygen octahedron which is elongated along the $02-05^{0}$ ax is (see inset of F ig. "ta) ), w ith distances $\mathrm{Cu}-5^{0}=2.303 \mathrm{~A}$ and $\mathrm{Cu}-02=2.779 \mathrm{~A}$. But the Cu-O distances w thin the plane, built up by the other four oxygen ions, di er only within 0.04 A , w ith the sm allest-distances for $\mathrm{Cu}-05$ of 1.948 A , and $\mathrm{Cu}-03$ of $1.969 \mathrm{~A}{ }^{\mathbf{8}}{ }^{8} \mathrm{~N}$ ote that because of the asym $m$ etric elongation of the octahedra, the ground-state orbitalw ill have a sm alladm ixture ofthe $d_{3 z^{2}} r^{2}$-orbital. A s an approxim ation, how ever, we assum e that also in the present geom etry the hole of the $3 d^{9}$ state occupies the $d_{x^{2}} y^{2}$ orbital located in this plane. This gives rise to a $g$ tensor diagonal in a local cartesian coordinate system $w$ th tw o axes approxim ately given by Cu-O 1 ( $x$ ) and Cu-O 5 (y) and the $z$ axis ( $w$ ith the largest $g$ value) perpendicular to the plane. The oxygen octahedra of two $\mathrm{Cu}^{2+}$-ions within one dim er are just rotated by 180 against each other and, therefore, should have the sam e g-tensor. H ence, to describe the anisotropy of the $g$-value, one has to sum up the localg-tensors of the tw o dim ers $w$ ith di erent orientation in the unit cell. The best $t$ yielding $g_{x x_{-}}=2: 029$, $g_{y y}=2: 105$, and $g_{z z}=2: 329$ is show in $F$ ig. 1 lines together w th the single contributions (dotted lines) of the two dim ers of di erent orientation. T he strongest e ect of the two inequivalent places is visible in the a b plane, whereas it is only weak in the b-c plane and vanishes com pletely in the a -c plane. In the dim er m odel this should in uence the line broadening in the a -bplane via the anisotropic Zeem an e ect as w illbe illustrated in the follow ing.

In general, the ESR linew idth in the case of su ciently strong exchange interaction can be analyzed in ,term s of the high-tem perature $K$ ubo-Tom ita approach $\mathbb{I}^{131}$

$$
\begin{equation*}
H_{1}=\frac{1}{g_{B}} \frac{M_{2}}{J} ; \tag{1}
\end{equation*}
$$

where $H_{1}$ corresponds to the high-tem perature value of the ESR linew idth, $B$ denotes the Bohr m agneton, $J$ is the isotropic exchange constant, and $M_{2}$ yields the second $m$ om ent

$$
\begin{equation*}
M_{2}=h^{2} h(\quad 0)^{2} i=\frac{h\left[H_{\text {int }} ; S^{+}\right]\left[S \quad ; H_{\text {int }}\right] i}{h S^{+} S i} \tag{2}
\end{equation*}
$$

of the ESR absorption line. It has been shown for several antiferrom agnetic spin $S=1=2$ chain com pounds (e.g. $\mathrm{LiChVO}_{4}$ and $\mathrm{CuGeO}_{3}$ ) w ith a sim ilarly large linew idth like $\mathrm{CuTe} \mathrm{O}_{5}$ that the anisotropic exchange interactions are the dom inant gontrabutions to the m icro-
 lieve that the ESR linew idth in $\mathrm{CuTe}_{2} \mathrm{O}_{5}$ is dom inated by the anisotropic exchange, as well. Besides this broadening $m$ echanism, the anisotropic Zeem an interaction $m$ entioned above is expected to be of im portance in the a b plane, where the di erence of the $g$ values of both inequivalent Cu sites yields a contribution to the second
mom ent which is proportional to the square of the ap$p$ lied $m$ agnetic eld. D etails are described by $P$ ilaw a for the case of CGGeO 3 , where a sim ilar situation occurs due to tw o inequivalent Cu chains $\mathrm{I}^{181}$ A ssum ing that the interdim er isotropic exchange interaction, which is responsible for the narrow ing of the anisotropic Zeem an contribution, is $m$ uch weaker than the intra-dim er isotropic exchange interaction, this contribution to the line broadening should be largest for an angle of 45 in the a -b plane, $w$ here the di erence in $g$ values of both sites is largest, but should vanish for 0 and 90 , where the $g$ values are equal. M oreover, this contribution should gain im portance w ith increasing frequency due to its quadratic eld dependence.

H ow ever, such an anisotropic Zeem an contribution to the linew idth cannot be detected at X -band and Q -band frequencies (c.f. Fig. (4, in ), where the data approxim ately coincide $w$ ith in the experim ental uncertainty. T herefore, we perform ed additional high- eld ESR m easurem ents at 160 GHz and at 185 GHz . H aving investigated the orientation dependence of the linew idth at 200 K and 160 GHz (see Fig ${ }_{\underline{-1}}^{\mathbf{- 4}}$ ), we found that a strong increase of


F IG . 5: (C olor online) Tem perature dependences of (a) the ESR intensity and the dc susceptibility (Inset: $\mathrm{Cu}_{2} \mathrm{O}_{1} 0$ structuraldim er), (b) the ESR linew idth in $\mathrm{CuTe}_{2} \mathrm{O}_{5}$ w ith the extemalm agnetic eld applied along the crystallographic axes for 9 GHz and 185 GHz .
the linew idth is observed in the a to plane, but changes w thin the a -c plane are very sm all as com pared to the $X / Q$ band data and rem ain $w$ thin the experim entaluncertainty, although one $m$ ay want to infer a slight tendency to an additional line broadening along the c-axis, which would be in agreem ent w ith the expectation for an an isotropic Zeem an contribution. C onsequently, w em easured the tem perature dependence of the linew idth $w$ ith the $m$ agnetic eld oriented along the $a$-and the $b$ axis (shown together w ith the X B and data in Fig. 'sing ) at a higher frequency of 185 GHz and a correspondingly higher $m$ agnetic eld. N ote that the increase is $m$ axim al for the m agnetic eld applied along the b direction in contrast to the expectation resulting from the analysis of the $g$ tensor. This discrepancy indicates that the assum ed dim er model, which is based on the structural $\mathrm{Cu}_{2} \mathrm{O}_{10}$ units, does not properly describe the m agnetic properties of $\mathrm{CuTe} \mathrm{O}_{5}$. M aybe also the $g$ tensors of the inequivalent Cu sites deviate from the orientation suggested by the structural data and a possible adm ixture of the $d_{3 z^{2}} r^{2}-$-orbital will give im portant contributions and has to be taken into account in order to obtain a consistent description oft he ESR data. T herefore, a detailed analysis of the microscopic exchange paths (as will be presented in Section IV B) has to be perform ed before one can try to understand the ESR behavior in this com pound.

Finally, webrie y com $m$ ent on the tem perature dependence of the linew idth: C onceming the $m$ axim um of the linew idth at low tem peratures, we plot the product of the linew idth data w ith the spin susceptibility multiplied by the tem perature in $F$ ig. ${ }^{\prime}$ 'G. In the $K$ ubo-T om ita approach the $m$ ain tem perature dependence of the ESR linew idth stem $s$ from the spin susceptibility:

$$
\begin{equation*}
H_{K T}(T)=\frac{1}{(T) T} \quad H_{1} ; \tag{3}
\end{equation*}
$$

In this lim it the product $H \quad T$ should becom etem perature independent forhigh tem peratures and corresponds to the so called $m$ am ory function. A s recently reported by Chabre et allid for the quasi one dim ensional spingap system $-\mathrm{N} \mathrm{a}_{1}: 286 \mathrm{~V}_{2} \mathrm{O}_{5}$ the m axim a in the tem perature dependence of the linew idth ( $F$ ig. result from a $m$ onotonously increasing $m$ em ory function in com bination $w$ ith the tem perature dependence of the susceptibility. A sim ilar tem perature dependence of the $m$ em ory function has been experim entally found and theoretically con $m$ ed earlier by $P$ ilaw a et al in the onedim ensional antiferrom agnet tetraphenylverdazylı! 1 The $m$ em ory function in our case behaves very sim ilar to the above spin-chain com pounds starting from zero at zero tem perature $w$ ith a $m$ onotonous increase and saturating at tem peratures large com pared to the exchange coupling $\mathrm{J}=\mathrm{k}_{\mathrm{B}}$. Sim ilar to the case of $-\mathrm{N} \mathrm{a}_{1}: 286 \mathrm{~V}_{2} \mathrm{O}_{5}$ the anom aly suggested by the $m$ axim um of the linew idth is not visible in the $m$ em ory function any $m$ ore and, therefore, we discard the possibility that the $m$ axim um arises due to changes in the $m$ agnetic stnucture of the system.


FIG. 6: (Color online) Tem perature dependences of the $m$ em ory function in $\mathrm{CuTe} \mathrm{O}_{5} \mathrm{O}$ w th the extemalm agnetic eld applied along the crystallographic axes.
IV . D ISC U SSIO N
A. Fit of the spin susceptibility

T he usual ansatz to describe the spin susceptibility in dim er system $s$ is

$$
\begin{equation*}
=\mathrm{vv}+\mathrm{C}^{+} \mathrm{BB} ; \tag{4}
\end{equation*}
$$

where $v v$ denotes a possible $V$ an $-V$ leck contribution, $c=C=T$ is a $C$ urie contribution due to unbound spins and $m$ agnetic im purities, and $B B$ is the dim er, susceptibility as derived by $B$ leaney and B ow ers (B B ) ${ }^{211}$ :
where $J$ denotes the intradim er exchange coupling, $g$ is the e ective $g$-factor, and $B$ is the B ohrm agneton.

To account for possible couplings betw een the dim ers we w ill take into account two di erent approaches. T he rst one is to substitute the B B -equation by the approach by Johnston et al. who calculated the susceptibility of a spin-1/2 antiferrom agnetie-chain w ith altemating exchange constants $J_{1}$ and $J_{2}{ }^{2}$
where $=J_{2}=J_{1}$ denotes the ratio of the antiferrom agnetic coupling constants. T he function ( ; T ) hasbeen obtained by various num ericalm ethods to describe excellently the fullrange ofsusceptibilities from a pure $H$ eisenberg dim er system w ith $=0$ (corresponding to the $B$ leaney-B ow ers equation) to a uniform $H$ eisenberg spin chain with $=1$. A though the system appears to be a three-dim ensionalnetw ork of structuraldim ers, it is well possible that there is one dom inant interdim er exchange path which will e ectively produce a lower m agnetic di$m$ ensionality which can be modeled by an altemating spin chain behavior.

T he second approach consists of a m ean- eld m odi cation of the $B$ leaney-B ow ers equation

$$
\begin{equation*}
(T)=\frac{N g^{2}{ }_{B}^{2}}{k_{B} T}\left[3+\exp \left(J=k_{B} T\right)+J^{0}=k_{B} T\right]^{1} ; \tag{7}
\end{equation*}
$$

where $J^{0}$ is an e ective coupling betw een $C u$ ions of two di erent $m$ agnetic dim ens.231


FIG.7: (C olor online) Tem perature dependences of the spin susceptibility (circles) in $\mathrm{CuTe}_{2} \mathrm{O}_{5}$. The lines are best ts obtained by the $m$ odels described in the text.

W ith the above m odels we tried to describe the spin susceptibility by obtaining the best $t$ results which are shown in $F$ ig. $11_{1}$. N ote that the very good agreem ent betw een the dc-susceptibility and the ESR intensity allow ed us to set $v v=0$. Given the existence of structural dim ers, we started to approxim ate the spin susceptibil-止y by using $=0$ corresponding to the simple dim er m odel by B leaney and B owers. The resulting_best- t curve is shown as the dash-dotted line in Fig. ${ }_{1}^{17} 1$, yielding $J=91: 6 \mathrm{~K}$ and $g=1: 92$ and $C=2: 44 \quad \overline{1} 0^{3} \mathrm{em} \mathrm{u}$ $\mathrm{K} / \mathrm{m}$ ol. O bviously, a pure dim er m odel fails to describe the susceptibility in the fulltem perature range and yields an e ective g-factor considerably low er than the one obtained by ESR m easurem ents.

Varying the ratio freely, we were able to get an excellent $t$ (solid line in $F$ ig ${ }_{2}^{1 \mathbf{T}_{1}}$ ) yielding the altemating exchange coupling constants $J_{1}=93: 3 \mathrm{~K}$ and $J_{2}=40: 7 \mathrm{~K}$, i.e. a ratio $=J_{2}=J_{1}=0: 436, C=1: 45 \quad 10^{3} \mathrm{em} \mathrm{u}$ $\mathrm{K} / \mathrm{m} \mathrm{ol}$, and an e ective $g$-factor of $g=1: 99, \mathrm{which}$ is already in reasonable agreem ent $w$ ith the values observed by ESR .

U sing E q. ${ }^{17}$ 1' w w can get an equally good tw ith param eters $J=88: 9 \mathrm{~K}, \mathrm{~J}^{0}=91: 4 \mathrm{~K}, \mathrm{C}=1: 84 \quad 10^{3} \mathrm{em} \mathrm{u} \mathrm{K} / \mathrm{m} \mathrm{ol}$ and a g-factor $g=2: 08 \mathrm{which}$ is in very good agreem ent

(a)

(b)

(c)

F IG .8: (Color online) Building units ofCuTe2 $\mathrm{O}_{5}$ : (a) $\mathrm{CuO}_{5}$, (b) $\mathrm{TeO}_{4}$ and (c) $\mathrm{Cu}_{2} \mathrm{O}_{8}$. T he large, m iddle and sm all spheres show $\mathrm{Cu}, \mathrm{Te}$ and O atom s , respectively.
w th the experim entally obtained ones. N ote that the e ective inter-dim er exchange $J^{0}$ is slightly larger than the intra-dim er coupling yield-ing a ratio of $J^{0}=J=1: 03$. It was show $n$ by Sasago et all ${ }^{24}$ that such the $m$ ean- eld approach does not allow to estim ate the correct value of $J^{0}$ in the case $J^{0}=J^{\prime} 1$. Therefore, the above values obtained by the $m$ ean- eld equation have to be interpreted w ith caution, only allow ing to state that the interdim er coupling is certainly not negligible in this case.

A though we cannot unam biguously determ ine the $m$ agnetic structure by tting the susceptibility, we can conclude that both models, the altemating spin-chain and the modi ed BB approach, show that in $\mathrm{CuTe}_{2} \mathrm{O}_{5}$ the inter-dim er exchange coupling is of the sam e order ofm agnitude than the intra-dim er coupling. In addition to the di culties in describing the ESR data by purely structural considerations, this nding corroborates that there exists at least one strong additionalm agnetic coupling betw een Cu ionsw hich are separated by an interm ediate Te ligand. To understand the appearance of such a considerable inter-dim er exchange, it is necessary to investigate in detail the possible exchange paths betw een adjacent Cu ions, which will be sub ject of the follow ing section.

## B. A nalysis of the exchange paths

Starting out again from the crystal structure of $\mathrm{CuTe} \mathrm{O}_{5}$, we regard the system as being built up of $\mathrm{CuO}_{5}$ square pyram ids ( F ig. , idia), which edge-share to form structural $\mathrm{Cu}_{2} \mathrm{O}_{8}$ dim ers ( F ig. (ig c ). These dim ers comer-sharew ith $\mathrm{TeO}_{4}$ units ( F ig. . ${ }^{10} \mathrm{D}$ ) to form the threedim ensionallattice ofC $\mathrm{uTe}_{2} \mathrm{O}_{5}$. The spin exchange interaction $w$ thin the $\mathrm{Cu}_{2} \mathrm{O}_{8}$ dim er is a superexchange ( SE ) interaction since its tw o $\mathrm{Cu}^{2+}$ ions are linked by $\mathrm{Cu}-\mathrm{O}-\mathrm{Cu}$ bridges. E ach $\mathrm{Cu}^{2+}$ ion ofa $\mathrm{CuO}_{5}$ square pyram id (i.e. a spin $m$ onom er) has one singly occupied $d_{x^{2}} y^{2}$-block orbital (i.e. them agnetic orbital) that lies in the basalplane of the square pyram id. In a $\mathrm{Cu}_{2} \mathrm{O}_{8}$ dim er ( F ig. ${ }^{\mathbf{1}} \mathrm{i} \mathrm{C}$ ) the basal planes of the two $\mathrm{CuO}_{5}$ square pyram ids are parallel to each other, so that their m agnetic orbitals cannot overlap well. Therefore, the interpretation of the structuraldim er $\mathrm{Cu}_{2} \mathrm{O}_{8}$ as a $m$ agnetic dim erm ay not be justi ed. H ow ever, so far we have not taken into consideration the role of the $\mathrm{TeO}_{4}$ units linking betw een $\mathrm{CuO}_{5}$

TABLE I: Exponents $i$ and valence shell ionization potentials $H_{i i}$ of Slater-type orbitals i used for extended Huckel tight-binding calculation. $H_{\text {ii }}$ are the diagonal $m$ atrix elem ents $h_{i f} H_{\text {eff }} j_{i} i^{\prime}$, where $H_{\text {eff }}$ is the e ective $H$ am iltonian. For the calculation of the o-diagonalm atrix elem ents $H_{i j}=h_{i} H_{\text {eff }} j_{j} i$, the weighted formula as described in Ref. I3I' was used. $C$ and $C{ }^{0}$ denote the contraction coe cients üsed in the double-zeta Slater-type orbital.

| atom | i | $\mathrm{H}_{\mathrm{ii}}(\mathrm{eV})$ | i | C | 0 | $\mathrm{C}^{0}$ |
| :---: | :---: | :---: | :---: | :---: | :---: | :---: |
| Cu | 4 s | -11.4 | 2.151 | 1.0 |  |  |
| Cu | 4 p | -6.06 | 1.370 | 1.0 |  |  |
| Cu | 3 d | -14.0 | 7.025 | 0.4473 | 3.004 | 0.6978 |
| Te | 5 s | -20.8 | 4.406 | 0.6568 | 1.652 | 0.4892 |
| Te | 5 p | -132 | 3.832 | 0.5934 | 2.187 | 0.5402 |
| O | 2 s | -32.3 | 2.688 | 0.7076 | 1.675 | 0.3745 |
| O | 2 p | -14.8 | 3.694 | 0.3322 | 1.866 | 0.7448 |

square pyram ids. A ccounting for such $\mathrm{TeO}_{4}$ units has been show $n$ to change considerably the $m$ agnetic properties of $\mathrm{Cu}_{4} \mathrm{Te}_{5} \mathrm{O}_{12} \mathrm{C} l_{4} w$ th respect to $\mathrm{Cu}_{2} \mathrm{Te}_{2} \mathrm{O}_{5} \mathrm{Br}_{2} \mathrm{~L}^{514} \mathrm{In}$ general, the spin exchange interactions of $\mathrm{CuTe} \mathrm{O}_{2} \mathrm{O}_{5}$ can takeplace through $S E$ paths, $\mathrm{Cu}-\mathrm{O}-\mathrm{Cu}$, or through supersuperexchange (SSE) paths, $\mathrm{Cu}-\mathrm{O} . . \mathrm{O}-\mathrm{Cu}$, in which the O ...O contact is provided by $\mathrm{TeO}_{4}$ units. It has been show $n$ that SSE interactions can be strong in $m$ agnitude and can be even stronger than SE interactions, and hence m ust not be neglected ${ }^{26}$ Therefore, we evaluated the relative strengths ofnine spin exchange interactions (shown in F ig. ${ }^{\text {. }}$ sis based on extended H uckeltrightbinding (EHTB) electronic structure calculations $2_{2}^{20,2} 2^{2}, 28$

The two m agnetic orbitals of a spin dim er interact to give rise to an energy split e. In the spin dim er analysis based on EHTB calculations, the strength of an antiferro$m$ agnetic interaction betw een tw o spin sites is estim ated by considering the antiferrom, agnetic spin exchange param eter $J_{A F}=(e)^{2}=U_{\text {eff }}{ }^{2 a}$ where $U_{\text {eff }}$ is the e ective on-site repulsion that is essentially a constant for a given com pound. Therefore, the trend in the $J_{A F}$ values is determ ined by that in the corresponding values $(e)^{2}$.

TABLE II: Cu:: :Cu distances in $A,(e)^{2}$ in $(m e V)^{2}$ for the spin exchange paths $J_{1} J_{9}$ in $C u T e_{2} O_{5}$ shown in $F i g$. ig, and the relative strengths of the spin exchange interactions com pared to the strongest interaction $J_{6}$.

| exchange $J_{i}$ | $C u \ldots C$ d distance | $\left(\right.$ e) ${ }^{2}$ | $\left(\right.$ e) ${ }_{i}^{2}=\left(\right.$ e ${ }_{6}^{2}$ |
| :---: | :---: | :---: | :---: |
| $J_{1}$ | 3.187 | 2250 | 0.59 |
| $J_{2}$ | 5.282 | 200 | 0.05 |
| $J_{3}$ | 5.322 | 520 | 0.14 |
| $J_{4}$ | 5.585 | 410 | 0.11 |
| $J_{5}$ | 5.831 | 40 | 0.01 |
| $J_{6}$ | 6.602 | 3840 | 1.00 |
| $J_{7}$ | 6.437 | 190 | 0.05 |
| $J_{8}$ | 6.489 | 350 | 0.09 |
| $J_{9}$ | 6.871 | 990 | 0.26 |


(a) $\mathrm{J}_{1}$

(d) $\mathrm{J}_{4}$

(g) $\mathrm{J}_{7}$

(b) $\mathrm{J}_{2}$

(e) $\mathrm{J}_{5}$

(h) $\mathrm{J}_{8}$

(c) $\mathrm{J}_{3}$

(f) $\mathrm{J}_{6}$

(i) $\mathrm{J}_{9}$

FIG . 9: (C olor online) Spin dim ens of CuTe2 $\mathrm{O}_{5}$ associated $w$ ith the spin exchange interactions $J_{1} J_{9}$. The large, $m$ iddle and sm all spheres show $\mathrm{Cu}, \mathrm{Te}$ and O atom s , respectively.

T hem agnetic properties of a variety ofm agnetic solids are well described by the values obtained from EHTB calculations $F^{26}$ w hen both the d-orbitals of the transition $m$ etal and the $s=p$ orbitals of its surrounding ligands are represented by double-zeta Slater type orbitalstis. The atom ic param eters used for the present EHTB calculations of the $(e)^{2}$ values are sum $m$ arized in Table I. T he exponents and ${ }^{0}$ of the Slater type atom ic onbitals Te $5 \mathrm{~s} / 5 \mathrm{p}$ listed in T able I are greater than those of the atom ic orbital calculations ${ }^{29}$. by the factor of 1.45 , because such values are needed in repreducing the band gap of $-\mathrm{TeO}_{2}$ by EHTB calculations ${ }^{301}$

The results of our exam ination of the spin dim ers (i.e.the structural units containing two spin sites) in $\mathrm{CuTe} \mathrm{O}_{5}$ are listed in Table II. We identi ed the strongest interaction $J_{6}$ to be of antiferrom agnetic SSE type $m$ ediated by $\mathrm{O}-\mathrm{Te}-\mathrm{O}$ bridges and the second strongest $J_{1}$ to be the antiferrom agnetic SE interaction $w$ ith in the structural dim er $\mathrm{Cu}_{2} \mathrm{O}_{8}$, yielding a ratio $\left(e_{1}\right)^{2}=\left(e_{6}\right)^{2}=J_{1}=J_{6}=0: 59$. In term $s$ of the description as an altemating spin chain this ratio is not too far aw ay from the value $=0: 436$ resulting from the $t w$ th Eq.'I'. T herefore, the m odel of an altemating spin chain appears as the sim plest possiblem odelforCuTe $\mathrm{C}_{2} \mathrm{O}_{5}$. The existence of further exchange paths such as $J_{3}$ and $J_{9}$ shows, however, that these spin chains would exhibit non-negligible couplings betw een each other. To unam biguously identify the m agnetic structure in $\mathrm{CuTe}_{2} \mathrm{O}_{5}$ rem ains a challenging task for the future, including the experim entalquest for further evidence to corrob orate or
discard the possibility of altemating spin chains as suggested by tting the spin susceptibility.

The strength of a SSE interaction through the exchange path of the type Cu-D-0-Cu (e.g., L $=\mathrm{Te}$, $\mathrm{Se}, \mathrm{P}$ ) depends sensitively on how the $\mathrm{O}-\mathrm{O}$ linkage orients the two magnetic onbitals (i.e., the $\mathrm{d}_{\mathrm{x}^{2}} \mathrm{y}^{2}$ orbital orbitals) of the two $\mathrm{Cu}^{2+}$ sites and also on how the orbitals of the ligand atom $L$, are oriented $w$ ith respect to the two $m$ agnetic orbitals ${ }^{2}$ In $\mathrm{Cu}_{2} \mathrm{Te}_{2} \mathrm{O}_{5} \mathrm{X}_{2}(\mathrm{X}=\mathrm{Cl}, \mathrm{Br})$, tw o adjacent $C u_{4}$ tetrahedra $m$ ake $\mathrm{Cu}-0-\mathrm{Te}-\mathrm{O}-\mathrm{Te}-\mathrm{O}-\mathrm{Cu}$ and $\mathrm{Cu}-\mathrm{X}::: \mathrm{X}-\mathrm{Cu}$ linkages, and it is the $\mathrm{Cu}-\mathrm{X}::: \mathrm{X}-\mathrm{Cu}$ paths that provide strong spin exchange interactions ${ }^{16^{1 / 1}}$ In $\mathrm{CuSe} 2_{2} \mathrm{O}_{5}$ the $\mathrm{Cu}^{2+}$ ions from chains of $\mathrm{Cu}-\mathrm{O}-\mathrm{Se}-\mathrm{O}-\mathrm{Cu}$ linkages leading to a uniform linear spin chain $m$ odelis ${ }^{32}$ In $\mathrm{CuTe} \mathrm{O}_{2} \mathrm{O}_{5}$ the spin exchange $\mathrm{J}_{6}$ has a $\mathrm{Cu}-\mathrm{O}-\mathrm{Te}-\mathrm{O}-\mathrm{Cu}$ linkage that is quite sym $m$ etrical in shape, so the orbitals of the intervening $\mathrm{TeO}_{2}$ unit provide a strong overlap w ith tw $\circ \mathrm{d}_{\mathrm{x}^{2}} \mathrm{y}^{2}$ orbitals of the tw $\circ \mathrm{Cu}^{2+}$ sites.

In general, our nding shows that the intuitive picture of the equivalence of structuraland $m$ agnetic dim ers can be $m$ isleading, as has been observed for a num ber of $m$ agnetic solids. For exam ple, the strongest magnetic coupling in $\mathrm{CaV}_{4} \mathrm{O}$ g-appears betw een next-nearestneighbor vanadium ionst ${ }^{31,24}$ in contrast to the structurally suggestive picture of only weakly coupled plaquettes of $\mathrm{V}^{4+}$ ions. The singlet-form ing $\mathrm{Cu}^{2+}$ ions in $\mathrm{CaCuGe} \mathrm{e}_{2} \mathrm{O}_{6}$ are given by the third-nearest-neighbor copper pairs that occur betww pen chains of edge-sharing dis-
 spin ladderm odels,describe them agnetic susceptibility of
 was proven to be correct for $\left(\mathrm{VO}_{2} \mathrm{P}_{2} \mathrm{O}_{7}\right.$ by neutron scattering experim enta ${ }^{40}$ on oriented single crystals and also by spin dim er analysisbased on EH T B calculations $4^{411}$ A 11 these exam ples dem onstrate the im portance of considering the overlap between $m$ agnetic orbitals in arriving at a correct spin lattice model.

## V. CONCLUSIONS

U sing electron spin resonance and susceptibility m easurem ents we determ ined the spin susceptibility of the Cu-dim er system $\mathrm{CuTe}_{2} \mathrm{O}_{5}$. The obtained ESR data suggested that the structural dim ers do not coincide with the $m$ agnetic dim ers. The analysis of the spin susceptibility revealed a coupling of about 90 K w thin the m agnetic dim er and a considerable inter-dim er coupling of the sam e order ofm agnitude. A detailed investigation of the $m$ agnetic exchange paths revealed the strongest $m$ agnetic coupling to be of super-superexchange type. Therefore, $\mathrm{CuTe} \mathrm{O}_{5} \mathrm{O}_{5}$ belongs to the interesting class of com pounds like CaCuGe $e_{2} \mathrm{O}_{6}$ or $(\mathrm{VO})_{2} \mathrm{P}_{2} \mathrm{O}_{7}$, where the e ective low energy H am iltonian cannot sim ply be $m$ apped on geo$m$ etric aspects of the crystallographic structure. Eventually, such a discrepancy $m$ ight be found in $m$ any low dim ensional com pounds and it appears a challenging experim ental and theoretical task to identify and classify
com $m$ on param eters of such system $s$.

## A cknow ledgm ents

It is a pleasure to thank D. Zakharov for fruitful discussions. W e acknow ledge support by the BM BF via contract num ber VD I/EK M 13N 6917 and partly by the

DFG via SFB 484 (A ugsburg), the Sw iss N SF through the NCCR M aNEP, and by the RFBR (G rant No. 06-0217401) and BRHE REC 007. The research was further supported by the $O$ de of $B$ asic Energy Sciences, D ivision ofM aterials Sciences, U . S. D epartm ent of E nergy, under G rant D E FG 02-86ER 45259. K . $-S . L$. thanks T he $C$ atholic U niversity ofK orea for the 2006-R esearch $F$ und.
${ }^{1}$ P. Lem mens, G. G untherodt, C . G ros, P hys. Rep. 375, 1 (2003).
${ }^{2}$ M . Johnsson, K .W . Tomroos, F. M ila, and P. M illet, C hem. M ater. 12, 2853 (2000).
${ }^{3}$ M . H erak, H . B erger, M . P rester, M . M iljak, I. Z ivkovic, O. M ilat, D. D robac, S. P opovic, and O. Zaharko, cond miat/0507684 (2005).
${ }^{4} \mathrm{P}^{2} . \overline{\mathrm{L}} \mathrm{en}^{2} \mathrm{~m}$ ēns, K.-Y . Choi, E E. K aul, C.G eibel, K . B ecker, W . B renig, R . V alenti, C . G ros, M . Johnsson, P . M illet, and F.M ila, P hys. Rev. Lett. 87, 227201 (2001).
${ }^{5}$ C.G ros, P . Lem m ens, M .Voja, R . Valenti, K .-Y . C hoi, H . K ageyam a, Z. H iroi, N .V . M ushnikov, T.G oto, M . Johnsson, and P.M illet, Phys. Rev.B 67, 174405 (2003).
${ }^{6}$ M .H. W hangbo, H.J. K oo, D. D ai and D. Jung, Inorg. C hem. 42, 3898 (2003).
${ }^{7}$ R . Valent , T. Saha-D asgupta, C. G ros, and H . R osner, Phys. Rev.B 67, 245110 (2003).
${ }^{8}$ K . H anke, V. K upcik, O. Lindqvist, A cta C ryst. B 29, 963 (1973).
${ }^{9}$ G.V.K ozlov and A. A.Volkov, in M illim eter and Subm ir lim eter $W$ ave Spectroscopy in Solids, edited by G.G runer, Springer, B erlin (1998).
10 D. Ivannikov, M. B iberacher, H.A. K rug von N idda, A. P im enov, A. Loidl, A. A. M ukhin, and A. M . B albashov, Phys. Rev.B 65, 214422 (2002).
11 A.I.Sm imov, V.N.G lazkov, L. I. Leonyuk, A. G.Vetkin, and R.M.E rem ina, Zh.Eksp. Teor. F iz. 114 , 1876 (1998) [JE TP 87, 1019 (1998)].
12 A. A bragam and B.B leaney, E lectron P aram agnetic Resonance of T ransition Ions, C larendon P ress, O xford (1970).
${ }^{13}$ R.K ubo and K.Tom ita, J. P hys. Soc. Jpn . 9, 888 (1954), P.W .A nderson and P.R.W eiss, Rev.M od. P hys. 25, 269 (1953).

14 H.A. K rug von N idda, L. E. Svistov, M.V.E rem in, R.M. E rem ina, A. Loidl, V . K ataev, A . Validov, A. P roko ev, and W .A ssm us, Phys. Rev.B 65, 134445 (2002).
${ }^{15}$ R.M.Erem ina, M.V.E rem in, V.N.G lazkov, H.A. . K rug von N idda, A. Loidl, Phys. Rev. B 68, 014417 (2003).
${ }^{16}$ M.V.Erem in, D.V.Zakharov, R.M.Erem ina, J. D eisenhofer, H.A. K rug von N idda, G . O berm eier, S. H om, and A. Loidl, P hys. R ev. Lett. 96, 027209 (2006).
${ }^{17}$ D.V.Zakharov, J.D eisenhofer, H.A. K rug von N idda, P. Lunkenheim er, J. H em berger, M. H oinkis, M. K lem m, M. Sing, R. C laessen, M .V. E rem in, S. H om, and A. Loidl, Phys. Rev.B 73, 094452 (2006).
18 B. P ilaw a, J. P hys.: C ondens. M atter 9, 3779 (1997).
${ }^{19}$ F. C habre, A . M . G horayeb, P . M illet, V . A . P ash chenko, A. Stepanov, P hys. R ev. B 72, 012415 (2005).
${ }^{20}$ B . P ilaw a and T . P ietrus, J.M agn. M agn. M ater. 150, 165 (1995).
${ }^{21}$ B. B leaney and K D. B owers, P roc. R . Soc. A 214,451 (1952).

22 D .C. Johnston, R K. K rem er, M. Troyer, X. W ang, A. K hum per, S L. Bud'ko, A F.P anchula, and P.C.C an eld, Phys. R ev. B 61, 9558 (2000).
${ }^{23}$ T. N aka ̈̈m a, H. M itam ura, and Y. U eda, J. Phys. Soc. Jpn. 75, 054706 (2006).
${ }^{24}$ Y. Sasago, M . H ase, K . U chinokura, M . Tokunaga, and N.M iura, Phys. Rev.B 52, 3533 (1995).

25 R. Takagi, M. Johnsson, V. G nezdilov, R . K . K rem er, W . B renig, and P.Lem m ens, P hys. R ev.B 74, 014413 (2006).
${ }^{26}$ For recent review s, see: M.H. W hangbo, H.J. K oo, and D J. D ai, Solid State Chem . 176, 417 (2003); M .H. W hangbo, D. D ai, and H.J. K oo, Solid State Sci. 7, 827 (2005).
${ }^{27}$ R. Ho mann, J. Chem. Phys. 39, 1397 (1963).
${ }^{28}$ Our calculations were carried out by employing the SAM OA (Structure and M olecular O roitalA nalyzer) pro-
 M .H , ihttp:/ / chvam w .chem ncsu edu ${ }^{\prime}$, 2002) .
29 E. C lem enti, C'. R oetti, Atom ic D ata $\bar{N}$ uclear $D$ ata $T$ ables 14, 177 (1974).
${ }^{30}$ E. M enendez-P roupin, G. G utierrez, E. P alm ero, and J L. Pera, Phys. R ev. B 70, 035112 (2004).
31 J.Amm eter, H.B.Burgi, J. Thibeault, and R.H o m ann, J. Am. Chem. Soc. 100,3686 (1978).
${ }^{32}$ O. K ahn, M . Verdaguer, JJ. Girerd, J. G aly, and F.M aury, Solid State C om m un. 34, 971 (1980).

33 W E. P ickett, P hys. R ev. Lett. 79, 1746 (1999).
${ }^{34}$ H.J. K oo and M.H.W hangbo, J. Solid State C hem . 153, 263 (2000).
${ }^{35}$ R . Valenti, T . Saha-D asgupta, and C.G ros, P hys. R ev . B 66, 054426 (2002).
${ }^{36}$ H.J. K oo, D.D ai and M.H.W hangbo, Inorg. C hem . 44, 4359 (2005).
${ }^{37}$ D .C. Johnston, J.W . Johnson, D P.G oshom, and A.J. Jacobson, Phys. Rev. B 35, 219 (1987).
${ }^{38}$ T.B ames and J. R iera, P hys. R ev.B 50, 6817 (1994).
${ }^{39}$ D .C. Johnston, T . Saito, M . A zum a, M . Takano, T . Y am auchi, and Y .U eda, Phys. Rev.B 64, 134403 (2001)
${ }^{40}$ A. W . G arret, S.E. N agler, D. A. Tennant, B . C . Sales and T.Bames, P hys. R ev. Lett. 79, 745 (1997).
${ }^{41}$ H.J. K oo, M.H.W hangbo, P.D.VerN ooy, C.C.Torardi and W . J. M arshall, Inorg. C hem . 41, 4664 (2002).

